Synthesis and Characterization of Nio Nanocrystals by using Sol-Gel Method with Various Precursors

Sherly Kasuma Warda Ningsih
Department of Chemistry, Faculty of Mathematics and Natural Sciences, Universitas Negeri Padang, Padang 25161, West Sumatera, Indonesia, sherly14@fmipa.unp.ac.id

Miftahul Khair
Department of Chemistry, Faculty of Mathematics and Natural Sciences, Universitas Negeri Padang, Padang 25161, West Sumatera, Indonesia

Follow this and additional works at: https://scholarhub.ui.ac.id/science

Recommended Citation
Ningsih, Sherly Kasuma Warda and Khair, Miftahul (2017) "Synthesis and Characterization of Nio Nanocrystals by using Sol-Gel Method with Various Precursors," Makara Journal of Science: Vol. 21 : Iss. 1 , Article 4.
DOI: 10.7454/mss.v21i1.7533
Available at: https://scholarhub.ui.ac.id/science/vol21/iss1/4

This Article is brought to you for free and open access by the Universitas Indonesia at UI Scholars Hub. It has been accepted for inclusion in Makara Journal of Science by an authorized editor of UI Scholars Hub.
Synthesis and Characterization of Nio Nanocrystals by using Sol-Gel Method with Various Precursors

Cover Page Footnote
The authors would like to thank Fakultas Matematika dan Ilmu Pengetahuan Alam, Universitas Negeri Padang for supporting this work through the DIPA Research Grant No.2752.e/UN35.1.1/KP/2014.
Synthesis and Characterization of Nio Nanocrystals by using Sol-Gel Method with Various Precursors

Sherly Kasuma Warda Ningsih* and Miftahul Khair

Department of Chemistry, Faculty of Mathematics and Natural Sciences, Universitas Negeri Padang, Padang 25161, West Sumatera, Indonesia

*E-mail: sherly14@fmipa.unp.ac.id

Received May 19, 2015 | Accepted January 12, 2016

Abstrak

Nickel oxide (NiO) nanocrystals were synthesized by simple sol-gel method at low temperature by using methanol as the solvent and NaOH 5M as the precipitation agent. Nickel nitrate hexahydrate, nickel acetate tetrahydrate and nickel sulfate hexahydrate were used as the precursors. The crystals were formed by drying at 100-110 °C for ±1 hour, after which they were heated at ±450 °C for 1 hour. The resulting products were black powders. The as-prepared NiO nanocrystals were characterized by X-ray diffraction (XRD) and scanning electron microscopy (SEM). The XRD patterns of the NiO nanocrystals showed that they are mostly cubic. The sizes of the NiO particles produced with nickel nitrate hexahydrate, nickel acetate tetrahydrate and nickel sulfate hexahydrate were 72.16, 38.63 and 32.84 nm, respectively. SEM images showed that the nanopowders produced by the precursors are spherical, rod-shaped and hexagonal shape with hollow, respectively.

Abstract

Sintesis dan Karakterisasi Nanopartikel Nio dengan menggunakan Metode Sol-Gel dengan Variasi Prekursor. Nanokristal Nikel oksida (NiO) telah disintesis menggunakan metoda sol-gel sederhana pada temperatur rendah dengan menggunakan metanol sebagai pelarut dan NaOH 5M sebagai zat pengendap. Nickel nitrat heksahidrat, nikel asetat tetrahidrat dan nikel sulfat heksahidrat digunakan sebagai prekursor. Kristal terbentuk setelah pengeringan pada suhu 100-110 °C selama ±1 jam dan setelah kalsinasi pada suhu ±450 °C selama 1 jam. Produk yang dihasilkan adalah berwarna hitam. Nanokristal NiO yang dihasilkan dikaraktersasi dengan menggunakan difraksi sinar-X (XRD) dan Scanning Electron Microscopy (SEM). Pola XRD NiO menunjukkan bahwa bentuk kristal NiO adalah kubik. Ukuran partikel NiO yang dihasilkan menggunakan nikel nitrat heksahidrat, nikel asetat tetrahidrat dan nikel sulfat heksahidrat adalah 72,16, 38,63 dan 32,84 nm berturut-turut. Gambar SEM menunjukkan bahwa bubuk nano menggunakan prekursor yakni sperik, seperti batang dan bentuk heksagonal dengan rongga, berturut-turut.

Keywords: nanocrystals, nickel oxide, precursors, rod like, sol-gel

Introduction

Nanoparticles have unique properties, such as high electrical conductivity, toughness, ductility and formability of ceramics. One of the most commonly used transition metal oxides with a wide range of applications is nickel oxide (NiO) [1]. NiO is a semitransparent [2] NaCl-type antiferromagnetic oxide semiconductor with p-type conductivity films due to its wide band gap energy range from 3.6 to 4.0 eV [3,4]. NiO shows electrochromic [5], thermoelectric [6] and attractive electric [7] properties. It can be used in electro-optical devices, antiferromagnetic film [1,8], catalytic reactions, superparamagnetic devices [9], supercapacitors [10], sensors [11], the production of photodetectors [12], alkaline batteries cathode, solid oxide fuel cell anode and the manufacture of electrochromic displays [13]. NiO nanoparticles show many unique optical, electrical, magnetic and chemical properties [14].

Several approaches have been used to produce NiO nanocrystals, such as the sonochemical method [15], the microwave irradiation method [8,9], the solvothermal method [16], chemical precipitation [17], microwave pyrolysis, electroplating [12], precipitation-calcination [18], microemulsion [19] solid-liquid separation, the soft chemical synthesis route [16], the liquid-phase process, the spray pyrolysis process, metal organic chemical vapor deposition (MOCVD) [14] and the sol-
gel process [20]. Among these methods, the sol-gel process is the most cost-effective for producing large area particles.

Herein, the preparation of NiO nanocrystals by a sol-gel method at low temperature is reported. The effect of various precursors on the structure of NiO was studied by using XRD and SEM. The sol-gel process may be scaled up to synthesize NiO at a large scale at a relatively low cost. This method also offers other advantages such as high homogeneity, simple apparatus structure and ease of processing.

Materials and Methods

The NiO nanocrystals were synthesized by a sol-gel method at low temperature using NaOH as the precipitation agent with various precursors (nickel nitrate hexahydrate, nickel acetate tetrahydrate and nickel sulfate hexahydrate). All the chemical reagents used in this experiment were of analytical grade and without further purification. The solvent used in this study was methanol (p.a. grade).

Preparation of NiO Nanocrystals. In a typical procedure [20], Ni(NO$_3$)$_2$.6H$_2$O (5.815 g), Ni(CH$_3$COO)$_2$.4H$_2$O (4.976 g), and NiSO$_4$.6H$_2$O (5.257 g) were each dissolved in 20 mL of methanol and stirred at room temperature for 60 minutes. To synthesize NiO nanocrystals, 5.0 M NaOH was added dropwise to a 20 mL solution of 1.0 M Ni(NO$_3$)$_2$.6H$_2$O, 1.0 M Ni(CH$_3$COO)$_2$.4H$_2$O, and 1.0 M NiSO$_4$.6H$_2$O which was vigorously stirred by magnetic stirring apparatus for ±120 minutes at room temperature. It was then dried at 100-110 °C for ±1 hour. Light green powders were produced. The product was then transferred to a porcelain crucible and put in a furnace at ±450 °C for 1 hour. At this stage, black powders were produced.

Characterization. NiO particle size was determined by analysis of the width of the X-ray diffraction (XRD) peaks according to the Debye-Scherrer equation. XRD was performed with a diffractometer using monochromatic CuKα with λ = 1.54060. XRD was also used for the determination of the crystal structure. The morphological study was carried out by scanning electron microscopy (SEM).

Results and Discussion

Nickel nitrate hexahydrate, nickel acetate tetrahydrate and nickel sulfate hexahydrate were used as the NiO sol-gel precursors. Methanol was used as the solvent, and NaOH of 5M was used as the precipitation agent. The reactions are as follows:

\[
\begin{align*}
2 \text{NaOH} \text{(aq)} &+ \text{Ni(NO}_3\text{)}_2.6\text{H}_2\text{O} \text{(aq)} \rightarrow 2\text{NaNO}_3 \text{(aq)} + \text{Ni(OH)}_2.6\text{H}_2\text{O} \text{(aq)} \\
2 \text{NaOH} \text{(aq)} &+ \text{Ni(CH}_3\text{COO)}_2.4\text{H}_2\text{O} \text{(aq)} \rightarrow 2\text{NaCH}_3\text{COO} \text{(aq)} + \text{Ni(OH)}_2.4\text{H}_2\text{O} \text{(aq)} \\
2 \text{NaOH} \text{(aq)} &+ \text{NiSO}_4.6\text{H}_2\text{O} \text{(aq)} \rightarrow 2\text{NaSO}_4 \text{(aq)} + \text{Ni(OH)}_2.6\text{H}_2\text{O} \text{(aq)}
\end{align*}
\]

Gel was produced by heating the crystals in an oven at 100-110 °C for 1 hour, with the following reaction:

\[
\text{Ni(OH)}_2.6\text{H}_2\text{O} \rightarrow \text{Ni(OH)}_2 + 6\text{H}_2\text{O}
\]

NiO was produced after calcination at 450 °C in a furnace, with the following reaction:

\[
\text{Ni(OH)}_2 \rightarrow \text{NiO} + \text{H}_2\text{O}
\]

Visually, the powders were homogeneous, very small in particle size and light black in color.

FTIR Analysis

Figure 1. FTIR Spectrum of NiO with Nickel Nitrate Hexahydrate as Precursor
In this study, FTIR was applied to identify the functional groups present in the sample of NiO. As can be seen in Figure 1, in general, the peak at 3323 cm\(^{-1}\) is assigned to O-H stretching vibration, the band at 1622 cm\(^{-1}\) is assigned to H–O–H bending vibration, and the band at 2328 cm\(^{-1}\) is assigned to C–H. The absorption band located at 1015 cm\(^{-1}\) is assigned to chloride, while the bands observed between 400-500 cm\(^{-1}\) are assigned to weak and strong stretching vibrations of Ni-O.

**XRD analysis.** The X-ray diffraction patterns of NiO nanocrystals were obtained after the NiO was heated at 450 °C for 1 hour. Figure 2a shows the X-ray diffraction pattern of NiO nanocrystals formed by a sol-gel method at low temperature with nickel nitrate hexahydrate as the precursor. From the XRD pattern of NiO powder calcined at 450 °C, it is clear that peaks appear at 2θ of 29.33, 37.10, 43.23, 47.86, 62.70, 63.02, 75.2, and 79.2°. The peak with the highest intensity is at 2θ of 29.33°. XRD analysis confirms that this substance is a typical cubic NiO (JCPDS No. 01-072-4521) [22] and suggests impurity of NaNO\(_3\) (JCPDS No. 01-079-2056). Figure 2a indicates high crystallinity of NiO nanopowder.

![Figure 2. X-ray Diffraction Patterns of NiO Nanocrystals with Various Precursors](image-url)
Figure 2b illustrates the X-ray diffraction pattern of NiO nanocrystals prepared by a sol-gel method at low temperature with nickel acetate tetrahydrate as the precursor. The XRD pattern of NiO powder calcined at 450 °C shows that peaks appear at 20 of 27.8, 29.0, 33.8, 37.2, 39.9, 44.4, 62.7, and 75.3°. The peak with the highest intensity is at 20 of 43.2°. XRD analysis shows that this substance is a typical cubic NiO (JCPDS No. 01-071-4751) and suggests impurity of Na$_2$H(CO$_3$)$_2$·2H$_2$O (JCPDS No. 00-029-1447) and nickel (Ni) metal (JCPDS No. 01-078-7533).

Figure 2c shows the X-ray diffraction pattern of NiO nanocrystals formed by a sol-gel process at low temperature with nickel sulfate hexahydrate as the precursor. The XRD pattern of NiO powder calcined 450 °C illustrates that the peak with the highest intensity is at 20 of 28.0°, whereas other peaks are at 20 of 29.0, 33.8, 37.1, 38.6, 43.2, 48.7, 45.5, 59.4, and 62.9°. XRD analysis shows that this substance is a typical monoclinic NiO (JCPDS No. 01-078-6794) [21] and suggests impurity of Na$_2$SO$_4$ (JCPDS No. 00-005-0631) and sodium carbonate sulfate (Na$_6$(CO$_3$)(SO$_4$)$_2$) (JCPDS No. 00-024-1134).

All XRD patterns show the existence of impurities in the NiO powder obtained. The reason for this is that the NiO powders produced in this synthesis were not washed with water. Also, for the NiO produced using nickel sulfate hexahydrate as the precursor, the volume of NaOH added was very high.

According to Scherrer equation, crystallite size generally decreases with broadening of the longest XRD peak. The mean crystallite size was calculated by using equation (1)

$$ D = \frac{K \lambda}{\beta \cos \theta} $$

where:
- $D$ is the mean crystallite size of the powder,
- $\lambda$ is 0.15406 nm is the wavelength of CuK$_\alpha$,
- $\beta$ is the Full Width at Half Maximum (FWHM) intensity of 2θ x (π/180),
- $\theta$ is Bragg’s diffraction angle, and
- $K$ is a constant usually equal to 0.89

The mean sizes of the nanocrystals obtained are 72.16, 38.63, and 32.84 nm for the precursors nickel nitrate hexahydrate, nickel acetate tetrahydrate and nickel sulfate hexahydrate respectively, as presented in Table 1. The sharpest peak was at 20 of 43.2°. This means that nickel sulfate hexahydrate is the best precursor in the preparation of NiO nanoparticles with a methanol solvent.

**SEM analysis.** The surface morphology of NiO nanocrystals was studied by scanning electron microscopy (SEM). Figure 3a-c depict SEM images of NiO nanocrystals prepared by using nickel nitrate hexahydrate, nickel acetate tetrahydrate and nickel sulfate hexahydrate respectively. It is clear that in all cases, NiO nanopowder was successfully prepared by a simple sol-gel process. Figure 3a shows the micrograph SEM of NiO nanocrystals characterized by the sol-gel

### Table 1. Mean Size of NiO Nanocrystals

| Precursors                  | 2θ  | FWHM | The crystal size (L/nm) |
|-----------------------------|-----|------|-------------------------|
| Nickel nitrate hexahydrate  | 43.2| 0.1791| 72.16                  |
| Nickel acetate tetrahydrate | 43.2| 0.3346| 38.63                  |
| Nickel sulfate hexahydrate  | 43.2| 0.3936| 32.84                  |

![Image of SEM photographs](image_url)

**Figure 3.** SEM Photographs of NiO Particles Produced with Various Precursors a) Nickel Nitrate Hexahydrate (15,000x), b) Nickel Acetate Tetrahydrate (15,000 x), c) Nickel Sulfate Hexahydrate (10,000x)
process with nickel nitrate hexahydrate as the precursor. From the SEM image, it is clearly seen that the NiO nanoparticles in Figure 3a are mostly spherical in shape [21]. The SEM photo in Figure 3a shows the sizes of the particles, which range from 68 to 90 nm. This image also shows that mono-dispersive and highly crystalline NiO nanocrystals are obtained. These NiO nanoparticles have the tendency to agglomerate due to their high surface energy. Figure 3b depicts the photo SEM of NiO nanopowder characterized by the sol-gel method with nickel acetate tetrahydrate as the precursor. As shown in Figure 3b, these particles range in size between 60-80 nm. From the SEM analysis shown in Figure 3c, it is clear that the microstructure of NiO nanopowder was produced in rod-shaped form. Figure 3c shows the micrograph SEM of NiO nanopowder that was prepared by using a sol-gel process with nickel sulfate hexahydrate as the precursor. It is seen that the particle structure, as shown in Figure 3c, is hexagonal shape with hollow. Therefore, the SEM analysis shows that the crystal morphology of the obtained NiO nanocrystals varies with different precursors.

Conclusions

NiO nanocrystals were successfully synthesized by a sol-gel method at low temperature, using nickel nitrate hexahydrate, nickel acetate tetrahydrate and nickel sulfate hexahydrate as precursors. Methanol was used as the solvent and NaOH 5M was used as the precipitation agent. The sizes of the NiO nanocrystals obtained were 72.16 nm, 38.63 nm, and 32.84 nm for nickel nitrate hexahydrate, nickel acetate tetrahydrate and nickel sulfate hexahydrate, respectively. XRD analysis showed that the structure of NiO nanoparticles with nickel nitrate hexahydrate and nickel acetate tetrahydrate precursors was cubic, whereas the structure of NiO nanoparticles with nickel sulfate hexahydrate as the precursor was monoclinic. SEM photos of the NiO nanoparticles showed a spherical shape for nickel nitrate hexahydrate as precursor, a rod-like shape for nickel acetate tetrahydrate as precursor and a hexagonal shape with hollow for nickel sulfate hexahydrate as precursor. Based on these findings, it was determined that nickel sulfate hexahydrate is the best precursor for NiO nanocrystals synthesized via a sol-gel process, with the smallest particle size.

Acknowledgement

The authors would like to thank Fakultas Matematika dan Ilmu Pengetahuan Alam, Universitas Negeri Padang for supporting this work through the DIPA Research Grant No. 2752.e/UN35.1.1/KP/2014.

References

[1] Anandan, K., Rajendran, V. 2012. Structural, optical and magnetic properties of well dispersed NiO Nanoparticles synthesized by CTAB assisted solvothermal process. Nanosci. Nanotech. Int. J. 2:24-29.

[2] Ai, L., Fang, G., Yuan, L., Liu, N., Wang, M., Li, C., Zhang, Q., Li, J., Zhao, X. 2008. Influence of substrate temperature on electrical and optical properties of p-type semitransparent conductive nickel oxide thin films deposited by radio frequency sputtering. App. Surf. Sci. 254(8): 2401-2405, doi: 10.1016/j.apsusc.2007.09.051.

[3] Mazaheri, M., Zahedi, A.M., Hejazi, M.M. 2008. Processing of nanocrystalline 8 mol% yttria stabilized zirconia by conventional, microwave assisted and two step sintering. Mater. Sci. Eng. A. 492:261-267, doi: 10.1016/j.msea.2008.03.023.

[4] Bahadur, J., Sen, D., Mazumder, S., Ramanathan, S. 2008. Effect of heat treatment on pore structure in nano-crystalline NiO: A small angle neutron scattering study. J. Sol. Stat. Chem. 181:1227-1235, doi: 10.1016/j.jssc.2008.01.050.

[5] Azens, A., Kullman, L., Vaivars, G., Nordborg, H., Granqvist, C.G. 1998. Sputter-deposited nickel oxide for electrochromic applications. Sol. State Ionics 113-115: 449-456, doi: 10.1016/S0167-2738(98)00309-9.

[6] Shin, W., Murayama, N. 2000. High performance p-type thermoelectric oxide based on NiO. Mat. Lett. 45(6): 302-306, doi: 10.1016/S0167-577X(00)00122-1.

[7] Hotový, I., Huran, J., Janík, J., Kobzev, A.P. 1998. Deposition and properties of nickel oxide films produced by DC reactive magnetron sputtering. Vacuum 51(2): 157-160, doi:10.1016/S0042-207X(98)00190-0.

[8] Al-Rasoul, K.T. 2012. New method to prepare of nio nanoparticles by microwaves irradiation. Asian Trans. Bas. Appl. Sci. 2(2): 1-8.

[9] Mohammadyani, D., Hosseini, S.A., Sadrezaad, S.K. 2012. Characterization of nickel oxide nanoparticles synthesized via rapid Microwave-Assisted route. Int. J. Modern Phys. 5:270-271, doi: http://dx.doi.org/10.1142/S2010194512002127.

[10] Junqing, L., Jingli, Shi., Xi, Yan., Xiaoling, Z., Zechao, T., Quangsui, G., Lang, L. 2012. Preparation and electrochemical properties of hollow Nickel Oxide fibers. Int. J. Electrochem. Sci. 7: 2214-2220.

[11] Hotový, I., Huran, J., Spiess, L., Čapkovic, R., Haščík Ş. 2000. Preparation and characterization of NiO thin films for gas sensor applications, Vacuum. 58(2-3): 300-307, doi:10.1016/S0042-207X(00)00182-2.

[12] Choi, L.-M., Im, S. 2005. Ultrafast enhanced Si-photodetector using p-NiO films. Appl. Sci. 244(1-4): 435-438, doi: 10.1016/j.apsusc.2004.09.152.

[13] Bahari, Y.M.M., Sadrezaad, S.K., Hosseini, D. 2008. NiO nanoparticles synthesis by chemical precipitation and effect of applied surfactant on distribution of particle size. J. Nanomater. 1-4, doi: 10.1155/2008/470595.
[14] Moravec, P., Smolik, J., Keskinen, H., Makela, J.M., Bakardjieva, S., Levdansky, V.V. 2011. NiO nanoparticles synthesis by chemical vapor deposition from nickel acetylacetonate. Mater. Sci. App. 2: 258-264, doi: 10.4236/msa.2011.24033.

[15] Meybodi, S.M., Hosseini, S.A., Rezaee, M., Sadrezaad, S.K., Mohammadyani, D. 2012. Synthesis of wide band gap nanocrystalline NiO powder via a sonochemical method. Ultrason Sonochem., 19:841-845, doi: 10.1016/j.ultsonch.2011.11.017.

[16] Ahmad, T., Ramanujachary, K.V., Lofland, S.E., Ganguli, A.K. 2006. Magnetic and electrochemical properties of nickel oxide nanoparticles obtained by the Reverse-Micellar route. Solid State Science, 8(5): 425-430, doi: 10.1016/j.solidstatesciences.2005.12.005.

[17] Derakhshi, M., Jamali, T., Elyasi, M., Bijad, M., Sadeghi, R., Kamali, A., Niaazar, K., Shahmiri, M.R., Bahari, A., Mohktari, S. 2013. Synthesis and characterization of NiO nanoparticles as a high sensitive voltammetric sensor for vitamin C determination in food samples. Int. J. Electrochem. Sci. 8: 8252-8263.

[18] Deng, X., Chen, Z. 2004. Preparation of Nano NiO by ammonia precipitation and reaction in solution and competitive balance. Mater. Lett. 58: 276-280, doi: 10.1016/S0167-577X(03)00469-5.

[19] Du, Y., Wang, W., Li, X., Zhao, J., Ma, J., Liu, Y., Lu, G. 2012. Preparation of NiO nanoparticles in microemulsion and its gas sensing performance. Mater. Lett. 68:168-170, doi: 10.1016/j.matlet.2011.10.039.

[20] Alagiri, M., Ponnusamy, S., Muthamizhchevan, C. 2012. Synthesis and characterization of NiO nanoparticles by Sol-Gel Method. J. Mater. Sci: Materials in Electronics, 23(3): 728-732, doi: 10.1007/s10854-011-0479-6.

[21] Jeevanandam, P., Pulimi, R.R. 2012. Synthesis of Nanocrystalline NiO by Sol-Gel and Homogenous Precipitation Methods. Indian J. Chem, 51A, 586-590.